Source of material: A mixture of СзгСОз and GdCb · 6H2O (molar ratio 2.5:1, about 1 g in total) was added to 6 ml of fr^ozen water in a steel autoclave with an inner volume of 13.5 cml The rest of the volume of the autoclave was filled with dry ice (solid CO2; approximately 7 g). Single crystals were obtained after 4 weeks at 648 K. As they are insensitive to moisture, the basic mother liquor may be removed with water from the crystals (see ref. 1). 
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